Heat treatments of ZnSe starting materials for physical vapor transport

Ching-Hua Su*, W. Palosz¹, S. Feth², S.L. Lehoczky*

*Space Sciences Laboratory, NASA Marshall Space Flight Center, Huntsville, AL 35812, USA

Received 10 November 1997; accepted 9 February 1998
Heat treatments of ZnSe starting materials for physical vapor transport

Ching-Hua Su*a,*, W. Palosz*a,1, S. Feth*a,2, S.L. Lehoczky*a

*Space Sciences Laboratory, NASA Marshall Space Flight Center, Huntsville, AL 35812, USA

Received 10 November 1997; accepted 9 February 1998

Abstract

The effect of different heat treatments on stoichiometry and residual gas pressure in ZnSe physical vapor transport system was investigated. The dependence of the amount and composition of the residual gas on various heat treatment procedures is reported. Heat treatment of ZnSe starting materials by baking under the condition of dynamic vacuum to adjust its stoichiometry was performed and the effectiveness of the treatment was confirmed by the measurements of the partial pressure of Se2, PSe2, in equilibrium with the heat treated samples. Optimum heat treatment procedures on the ZnSe starting material for the physical vapor transport process are discussed and verified experimentally. © 1998 Elsevier Science B.V. All rights reserved.

1. Introduction

The predominant vapor species in equilibrium with the II–VI compounds in the temperature range of the physical vapor transport (PVT) process are the atomic species of the Group II elements, such as Zn, Cd and Hg, and the diatomic molecules of the Group VI elements, i.e., S2, Se2 and Te2 [1–8]. The diffusive mass flux in a PVT process is determined by four parameters [4,9–11]: the temperature at the source and at the crystal, the ratio of the partial pressure of the two transport species, and the pressure and composition of the inert gas in the system. The first two parameters can be easily adjusted by controlling the thermal profile inside the crystal growth furnace. At elevated temperatures the mass flux is a relatively weak function of the temperature at the source [10] and this flux increases as the temperature difference between the source and the crystal, ΔT, increases but levels off as ΔT approaches 30 to 40°C [4,10,11]. The partial pressures of the species II and VI2 in equilibrium with the compounds, at a fixed temperature, can vary over orders of magnitude as the composition of the compound within the narrow homogeneity range changes from Group II saturation to Group VI saturation [1–3,5,8]. As a result, the transport rate of the vapor species can also vary from a maximum transport rate corresponding to the condition of congruent sublimation (i.e., the compositions of the solid phase and
the equilibrium vapor phase are the same, or \( \alpha \equiv P_{\text{H}}/P_{\text{V}} = 2.0 \) to transport rates which may be
orders of magnitude lower when the solid composition
deviates significantly from that of congruent
sublimation. Generally, in the PVT growth tem-
perature range, the congruent sublimation condition
exists inside the homogeneity range for most of the
II–VI binary compounds [1,2,5,8]. However, a suffi-
ciently precise and reproducible control of the
starting compound stoichiometry by weighing the
constituent elements is practically impossible due
to the very narrow homogeneity range. For in-
stance, the values of \( (X_{\text{Te}} - 1/2) \) for the Te-rich
solidus of Cd\(_1-x\)Te\(_x\) are in the range of
\( 1 \times 10^{-5} \) to \( 1 \times 10^{-4} \) at temperatures between 680
and 1050°C [12–14]. Nevertheless, with appropri-
ate heat treatments the partial pressures over the
starting compound material can be reasonably re-
produced to approach \( \alpha = 2.0 \), i.e. the congruent
sublimation condition [14].

On the other hand, in a real PVT process, vol-
atile impurities such as H\(_2\), H\(_2\)O, CO, CO\(_2\), N\(_2\),
and O\(_2\) may be present as a result of the outgassing
of the silica ampoule and/or from the source mate-
rial [15–19] and form a significant amount of resid-
ual gas. Since these residual species remain in the
vapor phase, they decrease the diffusivity of the
transport species and reduce mass flux in the PVT
system.

The effects of the latter two parameters, i.e. va-
por-phase stoichiometry and residual gas pressure,
on the mass flux is clearly illustrated in Fig. 1. The
figure shows the calculated results on the mass flux of
ZnSe, using a one-dimensional diffusion model
[4,11] as a function of residual pressure at different
values of \( \alpha(L) \), i.e. the pressure ratio at the source.
The calculation indicates (i) that at the ideal condi-
tion of zero residual gas pressure the mass flux
decreases by a factor of 6 when \( \alpha(L) \) increases from
2.5 to 8 and (ii) that the residual gas starts to
noticeably reduce the mass flux when its total pres-
sure approaches the excess constituent pressure
\( |P_{\text{Zn}} - 2P_{\text{Se}}| \). Beyond this region, the residual gas
becomes the mass flux limiting factor in the system.
Therefore, to enhance the mass flux in such a sys-
tem one needs to (i) adjust the stoichiometry of the
starting material to approach that of congruent
sublimation and (ii) reduce the residual gas pres-
sure. One of the methods to improve the stoichio-
metry of the starting material is to bake out the
compound at the processing temperature under
dynamic vacuum [14]. Besides purifying the
material by preferentially subliming moisture and
other volatile impurities, the process changes the
stoichiometry of the starting material towards that
of congruent sublimation. However, the method
may result in a significant loss of the starting mate-
rial, thus the temperature and duration of the bak-
ing process should be optimized. Such optimization
requires a direct determination of vapor-phase stoi-
chiometry, i.e. the partial pressures of the vapor
species coexisting with the solid sample. One of the
available techniques for such measurements is the
optical absorption method developed by Brebrick
and co-workers for partial pressure measurements
over a number of II–VI and IV–VI compounds
[1,4,5,8,11,13,20–30]. In this paper, using this op-
tical absorption method we investigate the effec-
tiveness of this heat treatment by measuring the
partial pressures of Se\(_2\), \( P_{\text{Se}} \), in equilibrium with
a series of ZnSe samples that have been heat-
treated by baking under the dynamic vacuum
condition.
An effective adjustment of the solid composition requires that the diffusion length, the square root of the product of the diffusion coefficient of the relevant species in the material and time, \((D_t)^{1/2}\), is of the order of the particle size. Therefore, to minimize the bake-out duration, thus the loss of the material, the particle size of the starting material should be as small as possible. However, a small particle-sized powder has a large surface area and, consequently, a higher degree of surface oxidation. Since the oxygen content affects the pressure and composition of the vapor phase, the removal of the oxides from the material is necessary. One of the vapor phase processes used to remove oxides is to anneal the sample in a hydrogen atmosphere at elevated temperatures [31]. By measuring the total pressures and compositions of the residual gas inside the ampoules with the starting materials that have been heat treated and processed under various conditions, the effectiveness of different heat treatment procedures on reducing the residual gas pressure was also investigated.

2. Experimental procedure

2.1. Residual gas

2.1.1. Sample preparation and treatments

All the processed ampoules were made from 15 mm ID and 18 mm OD fused silica tubing of low H\(_2\)O content (GE-214 or ST-10 brand). The ampoules were cleaned and outgassed under vacuum at 1040 to 1080 °C for 16–24 h. The starting material was either 59 purity ZnSe powder from Cleveland Crystals, Inc. or high-purity grade ZnSe chunks from Eagle-Picher, Inc. Except where indicated, the materials were ground with mortar and pestle into particles of diameter less than 0.7 mm in size. Before loading into the ampoules, some of the ZnSe starting materials were preprocessed in cleaned and outgassed ampoules by one of the following processes: (i) the ground sample was first annealed in 0.5–0.7 atm H\(_2\) pressure, baked and then distilled under dynamic vacuum at elevated temperatures (ampoule ZST-6 and ZSTO-3) or (ii) the ground ZnSe was baked and distilled under dynamic vacuum (ZST-7 and ZST-10). The preprocessed ampoules were opened and the materials retrieved and ground. A few grams of these preprocessed materials were loaded into each ampoule and evacuated. In one case, eight chunks of ZnSe from the vendor were loaded directly into the ZST-13 ampoule and in another case, (ZSTO-3), the preprocessed sample was ground inside a glove box under Ar atmosphere to reduce oxidation of the powder by air. Before sealing under vacuum in the mid-10\(^{-7}\) atm range some of the loaded ampoules were heat-treated by baking under dynamic vacuum at elevated temperatures with or without a preceding annealing under 0.5 atm of H\(_2\). The sealed ampoules were then placed inside a furnace and processed at temperatures between 1070 and 1130 °C for 60–210 h. Table 1 gives the detailed preparation and heat treatment procedures.

2.1.2. Residual gas measurements

The pressure and composition of the residual gas were measured using the technique described in Ref. [19]. Briefly, the processed ampoule was placed in a vacuum chamber connected to a pressure gauge and a high-vacuum system. After outgassing the chamber and the ampoule at room temperature under high vacuum, the valve between the chamber and the vacuum system was closed. The ampoule was slid inside the chamber and opened. The pressure change in the chamber was recorded. The original pressure in the sealed ampoule was calculated based on the chamber-to-ampoule volume ratio. Determination of the gas composition was made by fractional condensation of the gas component in the cold finger cooled to a predetermined temperature with appropriate cold bath mixtures. For temperatures below 77 K, the tip of the cold finger was placed in a stream of liquid helium droplets and the changes in the pressure as a function of temperature were recorded. Based on Refs. [15–17], it was assumed that the residual gas may consist of H\(_2\), H\(_2\)O, CO, CO\(_2\), N\(_2\), and O\(_2\) molecules. Independent measurements and a detailed analysis of the pressure-temperature condensation curves under our typical experimental conditions indicated that the amounts of molecular oxygen and nitrogen in the ampoules could be ignored.
2.2. Partial pressure

2.2.1. Sample preparation and heat treatment

The optical cells were made from GE-214 15 mm OD 18 mm ID fused silica tubing and furnished with 20 mm diameter optical windows and a 19 mm optical path length. The ampoules were cleaned and then outgassed under vacuum at 1080°C for 10 h. The high-purity grade ZnSe samples supplied by Eagle Picher, Inc. were ground, loaded and evacuated. Before sealing the samples were baked under dynamic vacuum with or without a preceding annealing under 0.5 atm of H₂. After the partial pressure measurements (see below) the optical cells were opened and the amount of each sample was weighed. Table 3 lists the detailed sample preparation and heat treatment as well as material loss during the heat treatment.

2.2.2. Partial pressure measurements

An OLIS-14H near-IR/visible/UV spectrophotometer and a custom-made high-temperature furnace with two 12.5 × 150 mm rectangular windows were assembled to perform the partial pressure measurements. The basic principles for the measurements and the experimental procedure are given in Refs. [1,4,5,8,11,13,20–30]. In brief, the sample beam of a double-beam monochromator passes through the optical windows on the top of the cell and its intensity is compared with that of the other, reference, beam while the sample (at the bottom of the cell) was maintained at a series of temperature lower than that of the optical windows. The optical absorbance was measured between 190 and 800 nm and the partial pressure of Se₂ was determined from the absorbance of the Se₂ vibronic peaks at 340.5, 350.8, 361.3, and 379.2 nm.

---

Table 1
Source preprocess and sample treatment procedures for residual gas pressure measurements. Vendor I - Cleveland crystals, 59 purity; vendor II - Eagle Picher high purity grade

<table>
<thead>
<tr>
<th>Run #</th>
<th>Source batch</th>
<th>Sample</th>
<th>Process time (h)</th>
</tr>
</thead>
<tbody>
<tr>
<td></td>
<td>Vendor Mass (g) Hydrogen treatment</td>
<td>Hydrogen treatment</td>
<td>Vacuum treatment</td>
</tr>
<tr>
<td>ZST-6</td>
<td>I 26.0 0.66 atm at 1070°C for 45 min None</td>
<td>1080°C for 8 min then distilled</td>
<td>2.1 None None 162</td>
</tr>
<tr>
<td>ZST-7</td>
<td>I 19.7 None</td>
<td>1050°C for 8 min then distilled</td>
<td>3.0 None None 140</td>
</tr>
<tr>
<td>ZST-9</td>
<td>II 7.9 None</td>
<td>None</td>
<td>7.9 None 1055°C for 10 min 210</td>
</tr>
<tr>
<td>ZST-10</td>
<td>II 21.7 None</td>
<td>1080°C for 18 min then distilled</td>
<td>2.7 None 500°C for 10 min 77</td>
</tr>
<tr>
<td>ZSTO-3</td>
<td>II 26.7 0.71 atm at 800°C for 5 min twice</td>
<td>1080°C for 17 min then distilled</td>
<td>3.0 None 120</td>
</tr>
<tr>
<td>Empty</td>
<td>II 3.5 None</td>
<td>None</td>
<td>3.5 None 1140°C for 10 min 72</td>
</tr>
<tr>
<td>ZST-13</td>
<td>II 3.5 None</td>
<td>(8 chunks)</td>
<td>3.5 None 1140°C for 10 min 72</td>
</tr>
<tr>
<td>ZST-15</td>
<td>II 5.25 None</td>
<td>None</td>
<td>5.25 0.54 atm at 910°C for 20 min 60</td>
</tr>
</tbody>
</table>

*Ground and loaded into the ampoule in Ar atmosphere.*
using the Beer's law constants established in the calibration runs of pure Se [1]. The partial pressures of Zn were calculated using the Gibbs energy of formation [1]

\[
RT \ln(P_{Zn}P_{Se}^{1/2}) = -361807 + 191.485T \quad \text{ (J/mole)}.
\]

(1)

2.3. Crystal growth experiments

To verify the effectiveness of the heat treatment procedures on the mass transport rate, crystal growth experiments using source materials provided by another vendor were performed. Two unseeded growth experiments were performed and the starting material was 69 purity ZnSe supplied by Furukawa Co. Ltd. Two conical shaped ampoules were cleaned and outgassed at 1150 °C for 16 h. One ampoule was loaded with 12 g of ZnSe in chunks (~0.35 g per chunk) and the sample was baked at 280 °C for 13 min under vacuum to remove residual moisture before sealing. The other growth ampoule was loaded with 16 g of ground ZnSe and heat-treated first by annealing under 0.5 atm H₂ at 1015 °C for 30 min, followed by baking at 1045 °C for 20 min under dynamic vacuum before sealing. For the PVT growth experiments a horizontal three-zone translational furnace was used [32–35]. The growth conditions were identical for both experiments. The source was held at 1140 °C and the furnace translation rate was 4.9 mm/day.

3. Results and discussion

3.1. Residual gas pressure and compositions

The residual gas pressure and composition (at room temperature) for each ampoule and that of a reference, unloaded, ampoule processed under similar conditions are given in Table 2. The residual gas pressures can be categorized into two groups. The pressures for the first group (ampoules ZST-6, 7, 9, 10 and ZSTO-3) range from 1.1 to 4.1 \times 10^{-3} atm. The source materials for these ampoules were either directly from the vendor (ZST-9) or from batches of ZnSe that were preprocessed without (ZST-7, 10) or with H₂ annealing (ZST-6, ZSTO-3) followed by baking and distillation under vacuum. The ground, preprocessed materials were sealed without (ZST-6, 7 and ZSTO-3) or with a prior baking under vacuum (ZST-9 and 10). The residual gas pressures for the second group (ZST-13 and 15) were up to 15 times lower than that of the first group. In the ampoule ZST-13, eight unground chunks of the original material from Eagle Picher were loaded directly and the residual gas pressure was close to that of the empty reference ampoule. As for the ZST-15 ampoule the as-supplied chunks were ground and then treated by H₂ annealing as

<table>
<thead>
<tr>
<th>Run #</th>
<th>Pressure (10^{-3} atm)</th>
<th>Composition (vol%)</th>
</tr>
</thead>
<tbody>
<tr>
<td></td>
<td>Total</td>
<td>H₂ + H₂O</td>
</tr>
<tr>
<td>ZST-6</td>
<td>4.13</td>
<td>0.33</td>
</tr>
<tr>
<td>ZST-7</td>
<td>1.09</td>
<td>0.23</td>
</tr>
<tr>
<td>ZST-9</td>
<td>1.66</td>
<td>0.17</td>
</tr>
<tr>
<td>ZST-10</td>
<td>1.95</td>
<td>0.16</td>
</tr>
<tr>
<td>ZSTO-3</td>
<td>4.96</td>
<td>0.06</td>
</tr>
<tr>
<td>Empty*</td>
<td>0.23</td>
<td>0.10</td>
</tr>
<tr>
<td>ZST-13</td>
<td>0.32</td>
<td>0.10</td>
</tr>
<tr>
<td>ZST-15</td>
<td>0.76</td>
<td>0.46</td>
</tr>
</tbody>
</table>

*Ref. [19].
as baking under vacuum prior to sealing. The residual gas pressure in the ampoule was about three times higher than that in the empty ampoule, but most of the gas consisted of hydrogen. Apparently, the hydrogen was trapped in the material during the hydrogen treatment and was not removed completely during the subsequent bake-out process. Except for this case (ZST-15), the residual gas consists mainly of CO, CO2 and small quantities of H2 which are comparable to that of the empty ampoule. The original hydrogen pressure in the ampoule must have been higher than that found in the H2-annealed ampoules since at elevated temperature the gas can diffuse through fused silica at considerable rates [36]. A moderate amount of H2 in a PVT system has a relatively small effect on mass flux due to the high diffusivity of H2 in the vapor and its relatively fast diffusion through the silica ampoule wall. The major factor in limiting the diffusive rates of the transport species in our system is the presence of the carbon oxides. The high content of oxides in the ampoules loaded with ZnSe is apparently due to the presence of solid oxides and/or graphite in the original source materials. The total amount of oxygen in the first group is about one order of magnitude higher than that in the empty ampoule (Table 2). The oxygen amount is significantly reduced in the second group where the source materials either had a limited surface area or were hydrogen treated prior to sealing. Evidently, oxidation of the source surface from exposure to air plays a major role in contributing to the amount of residual gas in the ZnSe ampoules annealed at elevated temperatures. Even a short, about 1 min, exposure to air (ZSTO-3) may lead to some oxidation of the material. Removal of most of the oxides can be achieved by H2 annealing without any subsequent exposure of the material to air.

3.2. Partial pressure measurements

The measured partial pressure of Se2, Pse2, for the optical cells ZnSe(O)-1, -2, -3 and -4 are plotted against 1000/T (K) in Fig. 2 between 1035 and 1145 °C. The pressure ratio, \( \alpha = \frac{P_{Zn}}{P_{Se}} \), at the highest experimental temperature for each cell was calculated and labelled as given in Table 3. The

![Graph showing partial pressures of Se2 for different optical cells.](image)

Table 3

<table>
<thead>
<tr>
<th>Optical cell</th>
<th>Sample weight (g)</th>
<th>Hydrogen treatment</th>
<th>Vacuum treatment</th>
<th>Sample loss (g)</th>
</tr>
</thead>
<tbody>
<tr>
<td>ZnSe(O)-1</td>
<td>6.78</td>
<td>None</td>
<td>Baked at 600°C for 10 min</td>
<td>&lt; 0.1</td>
</tr>
<tr>
<td>ZnSe(O)-2</td>
<td>12.28</td>
<td>0.56 atm at 1000°C for 30 min</td>
<td>Baked at 1000°C for 12 min</td>
<td>0.64</td>
</tr>
<tr>
<td>ZnSe(O)-3</td>
<td>11.64*</td>
<td>0.56 atm at 1000°C for 30 min</td>
<td>Baked at 1035°C for 20 min</td>
<td>1.71</td>
</tr>
<tr>
<td>ZnSe(O)-4</td>
<td>12.11</td>
<td>0.53 atm at 1000°C for 30 min</td>
<td>Baked at 1050°C for 43 min</td>
<td>5.41</td>
</tr>
</tbody>
</table>

*Sample recovered from ZnSe(O)-2.
$P_{\text{Se}_2}$ for the condition of congruent sublimation was also calculated using Eq. (1). The measured partial pressure in the ZnSe(O)-I cell, which was heat-treated by baking at 600°C under vacuum for 10 min to sublime the moisture and other volatile impurities in the ground sample, shows that the typical stoichiometry for the Eagle-Picher starting ZnSe material was moderately Zn-rich; with the

Fig. 3. The ampoules after the crystal growth process. (a) Chunk source material, baked at 280°C under dynamic vacuum for 13 min. (b) Powdered source, annealed under H₂ atmosphere at 1015°C for 30 min then baked at 1045°C for 20 min.
pressure ratio, \( x = 6.0-6.8 \) at 1145°C. A heat treatment by baking at 1000°C for 12 min improved this ratio to 4.24 as measured on the ZnSe(O)-2 cell. Another baking at 1035°C for 20 min on the sample retrieved from ZnSe(O)-2 cell further improved the stoichiometry to \( x = 3.45 \) at 1145°C as indicated from the results of ZnSe(O)-3. With a treatment of baking under vacuum at 1050°C for 43 min on the ground ZnSe sample, as shown by ZnSe(O)-4, the stoichiometry reached a value corresponding to \( x = 2.39 \). The error associated with the measured \( P_{Se} \) is estimated to be 15%. The error for the Gibbs energy of formation given in Eq. (1) was estimated to be 2.5% [1]. The combined estimated error in \( x \) is about 29% and the measured value of 2.39 is within the estimated uncertainty range for the congruent sublimation condition. For ZnSe(O)-2 and -3 the sample loss during the heat treatment of baking under dynamic vacuum was reasonable; 5% for ZnSe(O)-2 and 15% for ZnSe(O)-3. The loss of 45% of the starting material for ZnSe(O)-4 during the heat treatment was considered to be high.

3.3. Crystal growth

From the results of the previous sections, to maximize the mass flux in the PVT process, a reduction in the amount of both residual as well as the excess constituent species in the ampoule is necessary. The following procedure was considered to be optimum for the heat treatment of ZnSe starting materials and was adopted for our crystal growth experiments: 0.5 atm \( H_2 \) over pressure annealing at 1000°C for at least 20 min followed by baking under dynamic vacuum at 1045°C for 20 min. Fig. 3 shows two growth ampoules after 6 days of the growth process. The first ampoule, which was loaded with chunk starting material, as shown in Fig. 3a, had a very limited transport rate. Only specks and spots of ZnSe deposited on the cooler conical part of the ampoule and the chunks of the source material were essentially unaffected. The chunky source material in the ampoule has a limited surface area and, thus, should result in a low amount of residual gas. However, the large grains of the source and the low heat treatment temperature apparently did not allow for a proper adjustment of the composition towards that of the congruent sublimation condition. Fig. 3b shows that in the second ampoule, which was heat-treated using the optimized procedure, a 2.8 cm long ZnSe crystal has been grown in the conical part of the ampoule with a convex crystal-vapor interface and a well-defined source surface.

4. Conclusions

We have shown that both the residual gas pressure and the partial pressures of the transport species in the ZnSe PVT system depend strongly on the heat treatment procedures of the starting materials. When exposed to air the ZnSe starting materials oxidize but the oxides can be removed by annealing the material under \( H_2 \) atmosphere. The adjustment of the source composition towards that of congruent sublimation can be accomplished by baking the material at elevated temperatures under dynamic vacuum. Using the optimized heat treatment procedures on the source materials, good mass transport/growth rate can be achieved with limited loss of the source material during the heat treatment.

Acknowledgements

This work was supported by the Microgravity Science and Application Division of the National Aeronautics and Space Administration.

References

Journal of Crystal Growth

Instructions to Authors (short version)

Submission of papers
Manuscripts (one original + two copies), should be sent to a member of the Editorial Board or preferably to an appropriate subject Associate Editor. News or announcements should be submitted through the Principal Editor; a duplicate should be sent directly to Elsevier Science B.V., address given below. Original material. Submission of a manuscript implies it is not being simultaneously considered for publication elsewhere and that the authors have obtained the necessary authority for publication.

Types of contributions
Original research papers, Letters to the Editors and Priority communications are welcome. They should contain an Abstract (of up to 200 words) and a Conclusion section, which particularly in the case of theoretical papers translates the results into terms readily accessible to most readers. A black and white photograph should not be longer than 16 double-spaced typed pages, and 8 figures + tables; for theoretical papers a maximum of 20 pages and 10 figures + tables is suggested. Letters and Priority communications should not be longer than 5 double-spaced typed pages, and 3 figures + tables. They will be given priority in both the refereeing and production processes. The faster production schedule may preclude sending proofs of Letters and Priority communications to authors.

Manuscript preparation
Contributions may be written in English, French or German. They should have an abstract in English. The paper copies of the text should be prepared in double line spacing and wide margins, on numbered sheets. Structure. Please adhere to the following order of presentation: Article title, Author(s), Affiliation(s), Abstract, PACS codes and keywords, Main text, Acknowledgements, Appendices, References, Figure captions, Tables. Corresponding author. The name, complete postal address, telephone and fax numbers and the e-mail address of the corresponding author should be given on the first page of the manuscript. Classification codes/keywords. Please supply one to four classification codes (PACS and/or MSC) and up to six keywords of your own choice that describe the content of your article in more detail. References. References to other work should be consecutively numbered in the text using square brackets and listed by number in the Reference list. Please refer to the more detailed instructions for examples.

Illustrations
Illustrations should also be submitted in triplicate: one master set and two sets of copies. The line drawings in the master set should be original laser printer or plotter output or drawn in black India ink, with an ink width of 1 mm to remain legible after reduction for printing. The photographs should be originals, with somewhat more contrast than is required in the printed version. They should be unmounted unless part of a composite figure. Any scale markers should be inserted on the photograph itself, not drawn below it.

Colour plates. Figures may be published in colour, if this is judged essential by the Editor. The Publisher and the author will each bear part of the extra costs involved. Further information is available from the Publisher.

After acceptance
Important. When page proofs of the accepted manuscripts are made and sent out to authors, this is in order to check that no undetected errors have arisen in the typesetting (or file conversion) process. At the proof stage only printer's errors may be corrected. No changes in, or additions to, the edited manuscript will be accepted. Notification. The authors will receive the final answer of acceptance or rejection from the Office of the Principal Editor and will be invited to supply an electronic version of the accepted text, if this is not already available. Copyright transfer. In the course of the production process you will be asked to transfer the copyright of the article to the Publisher. This transfer will ensure the widest possible dissemination of information.

Electronic manuscripts
The Publisher welcomes the receipt of an electronic version of your accepted manuscript. If there is no already a copy of this (on diskette) with the journal editor at the time the manuscript is being refereed, you will be asked to send a file with the text of the accepted manuscript directly to the Publisher by e-mail or on diskette (allowed formats 3.5" or 5.25" MS-DOS, or 3.5" Macintosh) to the address given below. (When e-mailing a non-ASCII word-processor file, you should encode it, e.g. with UUENCODE or BinHex, so as to retain all formatting codes.) The name and version of the word-processing program and the type of operating system should always be indicated. Please note that no deviations from the version accepted by the Editor of the journal are permissible without the prior and explicit approval by the Publisher. Such changes should be clearly indicated on an accompanying printout of the file.

Author benefits
No page charges. Publishing in Journal of Crystal Growth is free. Free offprints. The corresponding author will receive 50 offprints free of charge. An offprint order form will be supplied by the Publisher for ordering any additional paid offprints. Discount. Contributors to Elsevier Science journals are entitled to a 30% discount on all Elsevier Science books.

Further information (after acceptance)

Elsevier Science B.V., J. Crystal Growth
Issue Management
Physics and Materials Science
P.O. Box 2759, 1000 CT Amsterdam
The Netherlands
Fax: +31 20 485 2319/ +31 20 485 2704
E-mail: a.koch@elsevier.nl

North-Holland, an imprint of Elsevier Science